# Structure of bottle-brush polym ers in solution: A M onte C arlo test of m odels for the scattering function 

H siao-P ing H su, W olfgang Paul, and K urt B inder<br>Institut fur Physik, Johannes G utenberg-U niversitat M ainz<br>D -55099 M ainz, Staudinger $W$ eg 7, Germ any<br>(D ated: February 20, 2024)


#### Abstract

E xtensive M onte Carlo results are presented for the structure of a bottle-brush polym er under good solvent or theta solvent conditions. Varying the side chain length, backbone length, and the grafting density for a rigid straight backbone, both radial density pro les of $m$ onom ers and side chain ends are obtained, as well as structure factors describing the scattering from a single side chain and from the totalbottle-brush polym er. To describe the structure in the interior of a very long bottle-brush, a periodic boundary condition in the direction along the backbone is used, and to describe e ects due to the niteness of the backbone length, a second set of sim ulations w ith free ends of the backbone is perform ed. In the latter case, the inhom ogeneity of the structure in the direction along the backbone is carefiully investigated. W e use these results to test various phenom enological m odels that have been proposed to interpret experim ental scattering data for bottle-brush $m$ acrom olecules. These $m$ odels aim to extract inform ation on the radialdensity pro le of a bottle-brush from the total scattering via suitable convolution approxim ations. Lim itations of this approach and the optim al way to perform the analysis of the scattering data $w$ thin this approach are discussed.


## I. INTRODUCTION

Recently there has been a great experim ental (see e. $g$. [1] $, 2,3,4,5,6,7]$ ) and theoretical [8, $9,10,11$, $12,13,14,15,16,17,18,19,20,21,22,23,24,25$, $26,27,28,29,30,31,32,33,34,35$ ] interest in the conform ation of so-called bottle-brush polym ers. Such polym ers consist of a long ( exible) $m$ ain chain, at which $m$ any exible (shorter) side chains are densely grafted, such that an overall shape of a worm -like cylindrical brush results [1, 2, 3, 4, 5]. Synthesizing such poly$m$ ens $w$ th suitable characteristics, $m$ aterials can be prepared whose properties can be adjusted by extemalstim uli, such as the solvent quality, pH , or tem perature, and this fact $m$ akes such bottle-brush polym ers interesting for various applications [36, 37]. For controlling the properties of such bottle-brush polym ers, a good theoretical understanding of their structure and conform ation, as a function of control param eters such as the chain lengths of the $m$ ain chain and the side chains, their grafting density, and the solvent quality, is $m$ andatory. H ow ever, despite the longstanding theoretical efforts $8,2,10,11,12,13,14,15,16,17,18,19,20,21$, $22,23,24,25,26,27,28,29,30,31,32,33,34,35]$ th is problem is still incom pletely understood. W hile one has various scaling predictions (see [34] for a recent review) and treatm ents based on the strong stretching lim it of self-consistent eld theory exist since a long tim e (e.g. Refs. [8, [9, 10, 11]), recent sim ulations [34] and also the experim ents $[3,4,5]$ indicate that the regin e w here these theories becom eaccurate w ould require side chain lengths that are hardly accessible either by experim ent orby sim ulation. A s a consequence, the theoretical guidance for the interpretation of extensive experim ents by com bined light and sm all-angle neutron scattering analysis [3, 4, [5] is still in com plete.

In the present work, we m ake a contribution to clarify this problem by extensive M onte C arlo sim ulations of bottle-brush polym ens [34, 35] using the "P runedEnriched R osenbluth $M$ ethod" (PERM algorithm) [38] to obtain the relevant inform ation on the conform ation of bottle-brush polym ens under various conditions, that are needed to test the phenom enologicalm odels used to interpret the experim ental scattering data [3, 4, [5]. A s was shown in [34] the PERM algorithm is very powerful to obtain a wealth of sim ulation data for the case of side chains grafted to a hard rod (a generalization of the algorithm to a exible backbone is far from trivial), representing a strictly rigid backbone polym er. This idealization describes a real bottle-brush chain only locally. H ow ever, all theoreticalm odels used for the analysis of experim ents [3, [4, 5] determ ining the structure of a bottle-brush do contain the rigid backbone as a special case. It is this case for which we can undertake a stringent test of physical $m$ odel assum ptions underlying the analysis of experim ental data. Of course, there is no reason to assum e that a $m$ odel that already fails for the (sim pler) rigid backbone case should be accurate for bottle-brushes w ith exible backbones.

In Sec. II, we introduce ourm odel and recall the $m$ ost basic facts on oursim ulation $m$ ethod and de ne the quantities that are studied. In Sec. III, we give a com prehensive overview ofour results on various physicalproperties of the bottle-brush polym ers. Sec. IV then is devoted to the problem relevant for the interpretation of the experim ents, nam ely the test of theoretical models used in $[3,4,[5,6]$ for our system : $N$ ote that unlike the experim ent, we can extract inform ation of radial density pro les and geom etricalcharacteristics of individual side chains directly from the sim ulation, sim ultaneously with but independent of the inform ation gathered on the scattering fiunctions, and thus a stringent test of the proposed
relationsbetw een these quantities is possible. Sec.V then sum $m$ arizes our conclusions.

II. M ODELAND SIM ULATION<br>METHODOLOGY

A s in Ref. [34], we use as a coarse-grained sim plem odel of exible polym ers in solution, the self-avoiding walk on the sim ple cubic lattioe. E ach lattioe site can be occupied by a single e ective $m$ onom eric unit only, and this excluded volum e interaction corresponds to polym er chain conform ations under good solvent conditions [39, 40, 41]. Introducing an energy param eter that is won if two effective $m$ onom ers occupy nearest neighbor sites, one can describe variable solvent qually in this m odel sim ply by varying the tem perature T : the T heta tem perature where this attraction approxim ately cancels the excluded volum e repulsion, in the sense that the $m$ ean square gyration radius $h R_{g}^{2} i_{T}$ of a chain scales linearly w th the chain length N , apart from logarithm ic corrections [39], occurs for $q=\exp \left(\quad=k_{\text {k }}\right)=1: 3087$ 38]. We shall present results both for $T=$ and for $T$ ! 1 fwhere $q=\exp \left(\quad=k_{k} T\right)=1$, and hence only the excluded volum e interaction is presentg, in view of the fact that $m$ ost cases of experim ental interest $w$ ill be som ew here in betw een these lim its.

Follow ing Ref. [34] we take the rigid backbone along the $z$-axis of our coordinate system. U sing even values for the length $L_{b}$ of the backbone, $m$ easuring all lengths in units of the lattice spacings, grafting sites $z=1$, $\mathrm{z}=\mathrm{L}_{\mathrm{b}}$ at the end of the backbone are labeled as $\mathrm{s}_{1}$, sites adjacent to the ends ( $z=2, z=L_{b 1}$ ) as $s_{2}$, and so on, until the center of the bottle-brush, sites $z=L_{b}=2$, $\mathrm{z}=\mathrm{L}_{\mathrm{b}}=2+1$ being denoted as $\mathrm{S}_{\mathrm{L}_{\mathrm{b}}=2}$. O fcourse, a dependence of properties of a side chain on the coordinate $s_{k}$ occurs only w hen we considerbottle-brush polym ers w ith free ends in the $z$-direction, while no dependence on $s_{k}$ occurs if we choose periodic boundary conditions (pbcs) in $z$-direction such that the grafting site $z=L_{b}$ is nearest neighbor of $\mathrm{z}=1$ : in this case full translational invariance in $z$-direction holds, and the distribution function of the $m$ onom ers $P_{z^{0}}\left(\begin{array}{ll}z & z\end{array}\right)$ of a side chain grafted at $z^{0}$ $m$ ust be sym $m$ etric around $z^{0}, P_{z^{0}}\left(\begin{array}{ll}z & z\end{array}\right)=P_{z^{0}}\left(\begin{array}{ll}z^{0} & z\end{array}\right)$. $T$ his sym $m$ etry property does not hold only for the distribution function of all the $m$ onom ers that belong to that side chain, but also for individualm onom ers $i=1 ;::: ; \mathrm{N}$ along the side chain, in particular for the chain ends. A lso the average $z$-coordinate of the center ofm ass of the side chain coincides $w$ th $z^{0}$. $N$ one of these sym $m$ etries carry over to the case w ith free ends, of course; in the latter case the $m$ onom ers of the side chain can have $z$-coordinates in the region $N+1 \quad z \quad b+N$ (the boundaries of this intervaldo not occur in practioe, of course, it w ould require that a side chain grafted at $z=1$ or $z=L_{b}$ is linearly stretched out in the $z$ or $+z$-direction, respectively).

W hen one considers properties of individual side
chains, which are stretched aw ay from the backbone, two non-equivalent directions $x$, $y$ need to be distinguished [34]: de ning the vector toward to the center of $m$ ass ( $C M$.) of a chain from its grafting point $z^{0}$ as ( $\mathrm{X} z^{0} ; \mathrm{Y}_{z^{0}} ; \mathrm{Z}_{z^{0}}$ ) in a xed laboratory fram $e$, for a particular con guration of the side chain, we can de ne the x -axis along the vector ( $\mathrm{X}_{\mathrm{z}^{0}} ; \mathrm{Y}_{\mathrm{z}^{0}}$ ), and require that the y -axis is perpendicular to the x -axis and also lies in the $X_{z}{ }^{0} \quad Y_{z} 0$ plane. Since for a densely grafted bottlebrush polym er strong stretching of the side chains is expected [8, [9, 10, 11, 12, 13, 19] this distinction allow s to com pute linear dim ensions of the side chains in the direction along which the chain is stretched, and perpendicular to it.

In practioe, side chain lengths up to $\mathrm{N}=50$ were considered, while choices $\mathrm{L}_{\mathrm{b}}=32,64,128$ and 256 as well as two values of the grafting density, $=1=2$ and
$=1$, were considered. A distinctive feature of our im plem entation of the PERM algorithm is [34] that in one run one gets inform ation on properties for all integer values of $N$ from $N=1$ up to $N_{m}$ ax fwhich in our case was chosen to be $\mathrm{N}_{\mathrm{m} \text { ax }}=50$, so the largest polym er sim ulated had a total number of $m$ onom ens $N_{\text {tot }}=L_{b}+L_{b} N=256+(256=2) 50=6656$, since for $\mathrm{L}_{\mathrm{b}}=256$ the case $=1$ no longer w as feasibleg. For details on the im plem entation of the PERM algorithm for bottle-brush polym ers, we refer the reader to $R$ ef. [34].

## III. STRUCTURALPROPERTIESOFBOTTLE <br> BRUSHES:THEEFFECTOFCHAINENDS

In this section wew illlook at the di erence in structure at the free ends of the backbone, where we can expect to nd star-like conform ations for the side chains, and the central part of the backbone which will be brushlike. C om paring conform ations for bottle-brushes with free ends to those where pbcs are em ployed along the rigid backbone, we can also nd out to what extend the free ends in uence the average structure of the brush and its side chains. W ew ill perform this com parison for good solvent as well as for theta-solvent conditions.

Fig. 1 presents our data for the perpendicular part of the $m$ ean square gyration radius, $h R_{g ; \text { ? }}^{2} i$, where $R_{g ; \text { ? }}^{2}$
$R_{g ; x}^{2}+R_{g ; y}^{2}$, and the $x$ and $y$-com ponents refer to $\backslash m$ easurem ents" taken in the laboratory system with xed orientations of the coordinate axes along the axes of the sim ple cubic lattioe. O ne sees that $h R_{g ; \text { ? }}^{2}$ i for the grafting density $=1$ is alw ays larger than for $=1=2$, while the dependence on backbone length is alm ost invisible. In the good solvent case, data for the decade 5 N 50 are com patible w th a power law increase, but the exponent is far too sm all in com parison w th the prediction of the scaling theory ffor large enough N and high grafting density one expects 34] $\mathrm{RR}_{\mathrm{g} \text {; ? }}^{2} \mathrm{i}=\mathrm{N}^{2} / \mathrm{N}^{2}(1 \quad)=(1+)$ $\mathrm{N}^{0: 305}$ while the e ective exponents that one can read o from Fig. 1 a are only about half of this valueg. Interestingly, also in the -solvent case one observes an


FIG . 1: Log-log plot of the rescaled $m$ ean square gyration radius perpendicular to the backbone, $h R_{g ; \text { ? }}^{2} i=N^{2}$ of the whole bottle-brush versus the side chain length, for a good solvent where $=0: 588$ (a) and a -solventwhere $=0: 5 \mathrm{w}$ as taken (b). Two choices of and four choices of $L_{b}$ are included, as indicated. A 11 data are for bottle-brushes w ith free ends.
increase of $h R_{g ; \text { ? }}^{2} i=N^{2}=h R_{g ; \text { ? }}^{2} i=N$ with increasing side chain length N , but there clearly occurs curvature on the log-log plot, and thus already the data indicate that the asym ptotic region w here pow er law s and scaling concepts apply is not reached. A nalogous data have also been taken for the $m$ odelw ith pbcs, but the data are alm ost indistinguishable from the free end case, and hence not show $n$ here.

Fig. 2 now tums to the lineardim ensions of side chains, using a coordinate system where the $x$-direction is dened from the direction of the vector through the backbone and the C M . of each side chain, and perpendicular to the backbone direction in each con guration (see Sec. II), and also di erent grafting sites are distinguished, for a relatively short backbone length, $\mathrm{L}_{\mathrm{b}}=32$. A s expected ( $F$ ig. 2 a ), the stretching of chains grafted near the free ends ( $s_{1}$ ) in radialdirection is weakest, because they acquire a notioeable com ponent in the $z$-direction (F ig.2k). T hese e ects rather quickly get w eaker when the grafting site is farther aw ay from the chain ends, and even for a short backbone ( $\mathrm{L}_{\mathrm{b}}=32$ ) the chains near the center alm ost behave like chains in the bulk
of a very long chain (which is m odeled by elim inating end e ects through the choice of pbcs). We do not have such an obvious interpretation for the weak (but for the backbone ends clearly non $-m$ onotonic) variation of $\mathrm{RR}_{\mathrm{g} ; \mathrm{y}}^{2} \mathrm{i}=\mathrm{N}^{2}$, how ever.

It is interesting to contrast these results to the solvent ( F ig. 3) . In this case the inhom ogeneity caused by the presence of free ends of the backbone is much weaker, the di erences w th respect to the p.b.c. case are $m$ uch less signi cant. H ow ever, a rather strong effect of the inhom ogeneity in the $z$-direction is seen when one considers the corresponding com ponents of the $m$ ean square backbone to end distance of the side chains, and this e ect is present both in the excluded volum e case and in the -solvent case ( F ig. (4).

The next question we ask is the follow ing: how likely is it that $m$ onom ers (or chain ends) are not in the region $1 \quad z \quad I_{0}$ where the grafting sites are? Fig. 5 show s also from this criterion that in the good solvent case the bottle-brush is $m$ ore extended in the $z$-direction than in the -solvent case. Even for short backbones ( $\mathrm{L}_{\mathrm{b}}=32$ ) for -solvents bulk behavior is reached, while for good solvents there is still som e system atic depression in the center $\left(z=L_{b}=2=16\right)$. We note, how ever, that for larger $L_{b}$ such as $L_{b}=64$ (to save space these data are not shown) bulk behavior is reached for a signi cant range of $z$ in the center of the bottle-brush.

A nother quantity that show $s$ that side chains near the backbone ends tend to orient $m$ uch $m$ ore along the $z$-axis in the good solvent case rather than in the -solvent case is the distribution P ( ) of the angle betw een the vectors tow ards the center of $m$ ass of each side chain and the z-direction ( $F$ ig. (6). O ne should note that angles near
$==2$ characteristic for chains stretched aw ay from the backbone in perpendicular direction, dom inate only in the center of the backbone, while angles near $==4$ and $3=4 \mathrm{~m}$ ake a substantial contribution near the backbone ends. For the considered side chain length, this e ect dies out after a few $m$ onom eric distances aw ay from the backbone ends, how ever. For -conditions (Fig. 6b) this behavior is only found close to the chain end. Chains grafted already ve $m$ onom ers aw ay from the backbone end show no tilting like for the good solvent case. T he average angle rem ains at $=2$, but the distribution gets broader and asym $m$ etric $w$ ith a heavy tail tow ards the adjacent chain end.
$T$ he data show $n$ in $F$ igs. 2 2 are readily accessible in sim ulation, but not easy to access experim entally. They help, nevertheless, to develop a com plete picture of the structure of bottle-brush polym ers and clarify the side chain conform ations. Q uantities, that experim entalists try to extract from their studies are accessible to the sim ulations as well, of course. Such quantities are the radial distribution ( $r$ ) of the $m$ onom ens and $e(r)$ of the chain ends (show $n$ in $F$ igs. 7,8 for $L_{b}=64$ ). $N$ ote that due to the discreteness of the lattioe, the num ber ofm onom ers, $N(r)$ and $N_{e}(r)$, in the interval [ $\left.r ; r+d r\right]$ are nom alized i.e. $\quad(r)=N(r)=N_{r}$ and $c(r)=N_{e}(r)=N_{r}$ where


F IG . 2: Log-log plot of the rescaled m ean square gyration radii of the side chains, $h R_{g c ; x}^{2} i=N{ }^{2} \quad$ ( $a$ ) , $h R_{g c ; y}^{2} i=N^{2} \quad(b)$ and $h R_{g c ; z}^{2} i=N^{2} \quad$ (c) versus the side chain length $N$, for the good solvent case, $L_{b}=32 ;=1$ and various choioes of the grafting sites, as show $n$ by the coordinate $s_{k}$ (cf. Sec. II for explanations). Thefull curves show analogous data for the case of pbcs.
$N_{r}$ is the num ber of lattice points $w$ ith a distance to the backbone lying in the interval [r;r+dr]. For com paring pata of di erent chajin lengths, norm alization conditions
$\mathrm{N}(\mathrm{r})=\mathrm{N}$ and $\mathrm{N}_{\mathrm{e}}(\mathrm{r})=\mathrm{n}_{\mathrm{c}}$ have been im posed. $r$
Sím ilar data have also been generated for $\mathrm{L}_{\mathrm{b}}=32$, but the di erences to those show $n$ are only $s m$ all, and therefore need not be discussed here. F igs. 7 and 8 reveal that nether (r) nor $e(r)$ are sensitive to the e ects of the free ends: for the chosen $\mathrm{L}_{\mathrm{b}}$, much longer side chains would be required in order that e ects due to the crossover from bottle-brush to star polym er behav-
ior com e into play. W hile in the good solvent case the chain ends are typically farther aw ay from the backbone than in the -solvent case, the qualitative behavior of (r) and e(r) does not depend on solvent quality much. Furthem ore, it is gratifying to note that these data are qualitatively rather sim ilar to the corresponding $M$ olecular D ynam ics results ofM urat and G rest [14] for a beadspring o lattice model of exible side chains tethered to a straight line. This sim ilarity reinforoes our view that on a coarse grained level, the present lattice $m$ odel should yield useful results.


F IG . 3: Sam e as Fig. 2, but for the case of the -solvent.
IV. SCATTERING FUNCTIONSFOR BOTTLEBRUSH POLYMERSAND THEIR THEORETICALMODELING

Let us now tum to a discussion of experim entally observable inform ation on the structure of a bottle brush polym er. In experim ents one has to infer the structure from scattering data [3, 4, 5] em ploying suitable $m$ odel assum ptions on the structure. In the sim ulation we obtain both, the scattering data and the underlying structural properties described in the last section independently, and therefore are able to test theoreticalm odels suggested to link the tw O. F ig. 9 presents our data for the
totalscattering function $S_{w}$ (q) for the bottle-brush poly$m$ ers, both for good solvent and -solvent conditions. Here $S_{w}(q)$ is de ned as
where $c\left(x_{i}\right)$ is an occupation variable, $C\left(x_{i}\right)=1$ if the site $x_{i}$ is occupied by a bead, and zero otherw ise. $N$ ote that an angular average over the direction of the scattering vector $q$ has been perform ed, and the sum s run over all $m$ onom ers (all side chains and the backbone).

Sunprisingly, our data are qualitatively very sim ilar


F IG . 4: Log-log plot of the m ean square backbone-to-end distance of the side chains versus the side chain length $N$, for $L_{b}=32$ and $=1$. Panels ( $a, b$ ) refer to the good solvent, panels ( $c, d$ ) to the -solvent case. The com ponents shown are $h R{ }_{x}^{2} i=N^{2}$ $(a, c)$ and $h R_{z}^{2} i=N^{2} \quad(b, d)$. Sym bols denote di erent coordinates $s_{k}$ along the backbone, while the fill curves show the analogous result for pbcs.
to the corresponding experim ental data (see e. g.Fig. 4 of [3]), although the latter refer to a polym erw ith a exble backbone, unlike our sim ulations. As alw ays, the lim it q! 0 of $S_{w}(q)$ re ects the total num ber $N$ tot of scattering $m$ onom ers, and the leading deviation from it is described by the totalgyration radius,

$$
\begin{equation*}
S_{w}(q) \quad N_{\text {tot }}\left[1 \quad q^{2} h R_{g}^{2} i=3\right]: \tag{2}
\end{equation*}
$$

This behavior is shown by the ne-dotted lines in $F$ ig. 9 for the case of grafting density $=1$. The q range over which this approxim ation agrees w ith the scattering data increases w ith increasing ratio of side chain length to backbone length, $\mathrm{N}=\mathrm{L}_{\mathrm{b}}$. Of course, m ore interesting is the behavior at larger $q$, where E q. (2) is no longer valid. $T$ he region where $S_{w}(q)$ is strongly curved and decreases rapidly ( $0: 1 \quad \mathrm{q} \quad 0: 3$, in our case) has contributions from the conform ation along the backbone (rigid rod in our case which should show up as a behaviorsw (q) ' $q^{1}$ for longer backbones) and from the scattering from the cross section through the cylindrical bottle-brush, and needs to be related to data such as shown in $F$ igs. 7 , 8 .

The $q$ range near $q=1$ re ects the self-avoiding walk structure $\mathrm{q}^{1=}$ before it is a ected by the local packing of $m$ onom ers on the lattice at still larger $q$, and in real system s re ects local properties such as the persistence length of the exible side chains, possible scattering from side groups, etc. This non-universal regim e hence is less interesting. From this discussion of the total structure factor we can already conclude that it is the $q$-range 0:04 q 0:5 which for our m odel contains the im portant inform ation about the structure of the brush.

O ne advantage of our sim ulations is that we can obtain scattering contributions from di erent parts separately. E.g., we can isolate the scattering from the backbone ( $F$ ig. 10 a ) and from the scattering of the side chains ( $F$ ig. 10.b, c ). In our case, where the backbone is a rigid rod where just the subsequent sites $i=1 ; 2 ;::: ; \mathrm{L}_{\mathrm{b}}$ are taken by $m$ onom ers, Eq . (1) becom es

$$
\begin{equation*}
S_{b}(q)={\frac{1}{L_{b}}}_{i=1 j=1}^{X^{b} X^{\sum_{b}}} \frac{\sin (q \ddot{j} \quad i j)}{i j}: \tag{3}
\end{equation*}
$$



FIG.5: Density distributions of all the monomens, $(z),(a, c)$, and of the chain ends, $e(z)(b, d)$, plotted vs. $z$ for $L_{b}=32$, $=1$, good solvent conditions ( $\mathrm{a}, \mathrm{b}$ ) and -solvent conditions ( $\mathrm{c}, \mathrm{d}$ ). The distributions are norm alized by choosing $\sum_{z}(z)=\mathrm{n}_{\mathrm{c}}$ and $\sum_{z} e(z)=n_{c}$, where $n_{c}$ is the num ber of side chains ( $n_{C}=L_{b}$ ). Four chain lengths are show $n$, as indicated. N ote that in the p.b.c. case we trivially have $(z)=e(z)=1,1 \quad z \quad L_{b}$, for the chosen nom alization.
$N$ oting that the distance $\ddot{j} \quad i j=0$ occurs $I_{b}$ tim es, while the distance $j \mathrm{j} \quad \mathrm{ij}=1$ occurs $2\left(\mathrm{~L}_{\mathrm{b}} \quad 1\right)$ times, the distance $j \mathrm{j} \quad i j=2$ occurs $2\left(\mathrm{I}_{\mathrm{b}} \quad\right.$ 2) tim es, etc., we conchude that

$$
\begin{equation*}
S_{b}(q)=1+{\frac{2}{L_{b}}}^{L_{k=0}^{1}}\left(L_{b} \quad k\right) \frac{\sin (q k)}{q k}: \tag{4}
\end{equation*}
$$

$T$ he factor 2 accounts for the fact that both positive and negative di erences $k=j$ i occur, and the extra 1 corrects for over counting in the term $k=0$.

In the $\lim$ it where $L_{b}!1$ and $q L_{b}$ is of order unity, the sum in Eq. (4) can be transform ed into an integral, to nd

$$
\begin{equation*}
S_{b}(q) \quad \frac{2}{q}^{Z}{ }_{0}^{\mathrm{qL}} \frac{\sin t}{t} d t \quad 4^{\sin ^{2}\left(q L_{b}=2\right)} q^{2} L_{b} \quad \tag{5}
\end{equation*}
$$

Eq. (5) is nothing but the well-known scattering function of an in nitely thin rod of length $L_{b}$ w ith a continuous m ass distribution along the rod [42, 43].

A ccording to Eq. (1) , the scattering function of all side chains is given by

$$
\begin{equation*}
S_{S}(q)={\frac{1}{N n_{c}}}_{i=1 \quad X^{n_{c}} X^{n_{c}}}^{h c\left(x_{i}\right) c\left(x_{j}\right) i \frac{\sin \left(q \mathfrak{x}_{i}\right.}{q \mathfrak{x}_{i}} \operatorname{sig} j}: \tag{6}
\end{equation*}
$$

W hen we add $\mathrm{S}_{\mathrm{b}}(\mathrm{q})$ and $\mathrm{S}_{\mathrm{s}}(\mathrm{q}) \mathrm{w}$ ith their relative w eights, see Figs. 10a,b, we do not recover $S_{w}$ (q) strictly, due to interference e ects in the scattering from m onom ers in the side chain and in the backbone. Such interference e ects nom ally are neglected [3, 4, 5, 6]. Taking the difference $\left.S_{b s}=\mathbb{N}_{\text {tot }} S_{w}(q) \quad L_{b} S_{b}(q) \quad N n_{\mathrm{t}} S_{s}(q)\right]=\left(2 N_{\text {tot }}\right)$ , we can test for the im portance of such interference effects as show n in Fig. 11. Indeed, we do nd that such interferencee ects are present although only at a percent level.

W e now tum to a discussion of the scattering from the side chains, which clearly dom inates the scattering intensity in all cases of practical interest. For scattering wavenum ber $q$ in the range $\mathrm{qhR}_{\mathrm{g}}^{2} \mathrm{i} \quad 1$ this scattering should be dom inated by the cross sectional structure


FIG.6: D istribution P ( ) of the angle betw een the vectors tow ards the center ofm ass ofeach side chain and the direction of the backbone, for $L_{b}=32 ;=1 ; N=50$, the good solvent case (a) and the -solvent case (b). The di erent sym bols indicate di erent positions along the backbone, as indicated. $T$ he corresp onding distribution for the p bo.c. case agrees $w$ ith the $C_{16}=C_{17}$ curves.
of the bottle-brush. In the analysis of the experim ental scattering data one has to assum e that one can determ ine the cross-sectionalcontribution by a factorization

$$
\begin{equation*}
S_{w}(q) \quad S_{0}(q) S_{x s}(q) ; \tag{7}
\end{equation*}
$$

where $S_{x s}(q)$ is interpreted as the cross section structure factor. Such decoupling approxim ations seem to be successfulforw orm -likem icelles [42]. In the literature, $\mathrm{S}_{\mathrm{b}}(\mathrm{q})$ is $m$ odeled by a superposition of rigid rod and worm -like chain form factors, needed to account for backbone bending [6]. In our case we can take Eq. (7) sim ply as a definition of $S_{x s}(q)$ using $S_{b}(q)$ which is known exactly for our case (see Eq. (4)).

The cross sectional scattering is then assum ed to be obtainable from a rotationally averaged tw o-dim ensional Fourier transform of the radial density distribution.

$$
\begin{equation*}
S_{x S}(q)=\frac{1}{C} h^{Z} d^{2} \Upsilon(\Upsilon) e^{i_{q} r^{2}} i_{T} ; q: \tag{8}
\end{equation*}
$$

(a)

(b)


F IG . 7: R adial distribution function (r) of allm onom ers (a) and radialdistribution function $e(r)$ of chain ends (b), plotted versus $r$ for $L_{b}=64 ;=1$, good solvent conditions, and four values of the side chain length $N$, as indicated. Sym bols show our results for free ends, while curves show corresponding data for the case of pbcs.
$H$ ere $C$ is a norm alization, and the indices $T$ and $\hat{q}$ indicate a therm al average and an average over the unit circle in two dim ensions. This is further approxim ated by neglecting correlations in the radial density uctuations

$$
\begin{equation*}
h(x)\left(x^{0}\right) i_{T}=h(x) i_{T} h\left(x^{0}\right) i_{T}=: \quad(x) \quad\left(x^{0}\right) \tag{9}
\end{equation*}
$$

to obtain

$$
\begin{equation*}
S_{x S}(q)=\frac{1}{C}^{Z} d^{2} x \quad(r) h e^{\text {iq } x} i_{q}{ }^{2}: \tag{10}
\end{equation*}
$$

$W$ ith the proper norm alization this yields

$$
\begin{equation*}
S_{\mathrm{xs}}(\mathrm{q})=\frac{\mathrm{R}_{1} \mathrm{drr}(\mathrm{r}) \mathrm{J}_{0}(\mathrm{qr})^{2}}{\mathrm{R}_{1} \mathrm{drr}(\mathrm{r})^{2}} \tag{11}
\end{equation*}
$$

where $J_{0}(r)$ is the zeroth order Bessel function of the rst kind. $W$ th the approxim ations underlying Eq.(11)


F IG . 8: Sam e as Figr. 7, but for -solvent conditions.
the experim ental cross section structure factor can be inverted to obtain the radialdensity distribution

$$
\begin{equation*}
{ }_{x s}(r)=\frac{1}{2}_{0}^{Z}\left[S_{x s}(q)\right]^{1=2} J_{0}(q r) q d q: \tag{12}
\end{equation*}
$$

In the analysis of experim ental data, di erent plausible assum ptions for the radial density pro le were used, guided by the assum ed sim ilarity to the scattering from worm-like $m$ icelles. R athgeber et al. [3] propose to use the follow ing em pirical function
$g(r)=\quad r^{1} \quad r^{k} f 1+\exp \left[\begin{array}{ll}r & \left.\left.R_{s}\right)=s^{\prime}\right]^{1} \\ \text { for } r & r \\ \text { for } & r>R_{c}\end{array}(13)\right.$
$H$ ere $R_{C}$ is an inner radius, up to which ( $r$ ) is a constant; then there is a pow er law decay, described by an exponent $k$, up to som e outer radius $R_{s}$, then a fast decay to zero (over the range s) follows. The constant is xed by the condition that $g\left(r=R_{c}\right)$ is continuous, so Eq. (13) involves the four nontrivial tting param eters $R_{c}, k, R_{s}$ and $s$. Zhang et al. [5] assum e a form for the cross section structure factor in term s of the rst order B essel function $J_{1}(x)$,


FIG. 9: Log-log plot of the scattering function of the whole bottle-brush polym er, $S_{w}(q)$, in a good solvent (a) and a solvent (b) versus $q$. A 11 data are for the case of free ends, $\mathrm{N}=50$, while data for two choices of and three choices of $\mathrm{n}_{\mathrm{c}}$ each are included, as indicated. Straight lines show the theoretical pow er laws for exible chains and interm ediate qvalues, $S_{w}(q) / q^{1=}$ and (a) $=0: 588$ or (b) $=0: 5$ (b), respectively. D otted curves are given by Eq. (2) for $=1$.

$$
\begin{equation*}
S_{x s}(q)=\operatorname{const}\left[\frac{2 J_{1}\left(q R_{c}\right)}{q R_{c}} \exp \left(q^{2} s^{2}=2\right)\right]^{2} ; \tag{14}
\end{equation*}
$$

Where $R_{c}$ is an e ective radius, and $s$ is an e ective $w$ idth. Th is is equivalent to assum ing a radial density pro le which is a convolution of a step function and a G aussian

$$
\begin{equation*}
{ }_{x S}(r)=0^{Z} \quad d^{2} x^{0}\left[1 \quad\left(j^{0} j \quad R_{C}\right)\right] \exp \quad \frac{\left(x x^{0}\right)^{2}}{2 s^{2}}: \tag{15}
\end{equation*}
$$

$H$ ere we have three free param eters, $0 ; \mathrm{R}_{\mathrm{c}}$ and. A gain, $R_{c}$ is a $m$ easure of the range overw hich the density pro $l e$ is assum ed to be at in the core of the bottle-brush

W hen we look at the density pro les determ ined directly from sim ulations (see Fig. 12 ), how ever, we recognize that there is no convex region in the interior of the bottle brush, even at a grafting density ofonew hich is the lim it of what is typically reached in experim ent. Therefore, the com parison w th w orm -like $m$ icelles is $m$ islead-

## (a)


(b)

(c)


FIG. 10: (a) Log-log plot of the norm alized scattering function of the backbone, $\mathrm{S}_{\mathrm{b}}(\mathrm{q})=\mathrm{L}_{\mathrm{b}}$ versus q , using the form $u$ la of $P$ edersen and Schurtenberger [42], see Eq. (5) for the case of thin rods. (b) Log-log plot of the scattering from all $m$ onom ers in the side chains of the bottle-brush w ith $N=50$. The data are for good solvent conditions, and for two choiges of and three choices of $n_{c}$ each, as indicated. Straight lines have the sam e meaning as in $F$ ig. 9. (c) Sam e as (b), but for -solvent conditions. $N$ ote that $S_{s}(q)$ is norm alized such that $S_{s}(q=0)=N n_{c}$.
ing, and we suggest to use an altemative form of tting function for the radial density

$$
\begin{equation*}
h(r)=\frac{}{1+\left(r=r_{1}\right)^{x_{1}}} \exp \left[\quad\left(r=r_{2}\right)^{x_{2}}\right] ; \tag{16}
\end{equation*}
$$

where is the grafting density and $r_{1}$ and $r_{2}$ are the length scales for the algebraic decay close to the backbone and the exponential cuto at larger distances (i.e., we expect $r_{1} \ll r_{2}$ in the course ofour $t$ analysis), and $\mathrm{x}_{1}$ and $\mathrm{x}_{2}$ are the corresponding exponents. Taking into
account the predictions of scaling theory [34] we can $x$ the rst exponent $x_{1}=(3 \quad 1)=2$. So again we are using three t param eters. In Fig. 12 we show that this assum ed form for the radialdensity is able to $t$ the sim $u-$ lation data perfectly over alm ost six orders ofm agnitude in density for both, good solvent and -solvent conditions. The param eters of the show $n$ ts are $r_{1}=0: 49$, $\mathrm{x}_{1}=0: 65(=0: 588), r_{2}=10: 67$, and $\mathrm{x}_{2}=2: 80$ for the good solvent case, and $r_{1}=1: 19, x_{1}=0: 5(=0: 5)$, $r_{2}=7: 13$, and $x_{2}=2: 18$ for the -solvent case. $W$ ithin


FIG.11: $\left.S_{b s}(q)=\mathbb{N}_{\text {tot }} S_{w}(q) \quad L_{b} S_{b}(q) \quad \mathrm{N} \mathrm{n}_{\mathrm{c}} S_{\mathrm{s}}(\mathrm{q})\right]=\left(2 \mathrm{~N}_{\text {tot }}\right)$, case (a) is for good solvent conditions, case (b) for -solvent conditions.
the range of backbone lengths studied, the radial density pro les agree, w ith som e statistical uctuations visible for the good solvent data and the longest backbone, $\mathrm{L}_{\mathrm{b}}=128$.

Let us now tum to a discussion of the possibility to deduce the radialdensity pro le from the cross sectional structure factor as de ned in Eq. (7) . Figs. 13a and 14a show ts to the radialdensity pro le using the functional form $\mathrm{s} g(r)$ and $h(r)$ de ned above. The form $g(r)$ suggested by $R$ athgeber el al. [3] is able to $t$ the radial density well over about 3 orders of $m$ agnitude $w$ ith param eters $R_{c}=0: 3, k=0: 65, R_{s}=10: 5$ and ${ }_{s}=1: 90$; $h(r)$ ts over the com plete range, as discussed above. W hen we Fourier transform these functions according to Eq. (11) and com pare w ith the cross sectional structure factor (fill lines in Fig. 13b and 14b), we see that the transform only describes the scattering data well up to a m om entum transfer value of about $\mathrm{q}=0: 08$. T his is only slightly larger than the range over which one only sees the scattering from the large-scale structure of the bottle brush (Eq. (2)), which ts the cross sectional structure factor up to a m om entum transfer value of $\mathrm{q} \quad 0: 04$, as show $n$ by the dotted line in $F$ ig. [14b. This regim e then is basically determ ined by the norm alization of the radialdensity distribution. U sing an iterative optim ization


FIG.12: (a) R adialdistribution function (r) plotted versus $r$ for side chain length $N=50$, three choices of backbone length $\mathrm{L}_{\mathrm{b}}$ as indicated, and the grafting density $=1$ for good solvent conditions. (b) Sam e as (a) but for -solvent conditions. P aram eters of the $t$ function $h(r)$ are quoted in the text.
procedure [44] we can also nd the best $t$ of the Fourier transform of the radial densities to the cross sectional scattering show $n$ by the curves indicated as $g_{s}(r)$ ( $t$ param eters are $R_{c}=0: 3, k=0: 65, R_{s}=7: 5$, and $\left.s=2: 8\right)$ and $h_{s}(r)$ ( $t$ param eters are $r_{1}=0: 49, x_{1}=0: 65$, $r_{2}=8: 20$, and $x_{2}=1: 80$ ) in $F$ igs. 13b and 14b, where we extended the tup to $q 0: 4$. W hen we then look at these functions in real space in $F$ igs 133 and 143, we see that they are a rather poor $t$ to the radialdensity pro-
le. The function $h_{m}$ ( $r$ ) ( $t$ param eters are $r_{1}=0: 49$, $x_{1}=0: 65, r_{2}=10: 20$, and $\left.x_{2}=2: 80\right)$ in $F$ ig. 14 w ill be discussed later in the text.

U sing the functional form of Eq . (14) we can directly $t$ the data in $q$-space and then transform into realspace. $T$ his is show $n$ in $F$ ig. 15 for the good solvent case and in $F$ ig. 16 for the -solvent case. Looking at $F$ igs. 15b and 16b one rst has to comment on the fact that the fill curves in both gures do not agree w ith the data given by the symbols. For these curves, the scattering data in the q-range $[0 ; 2$ ] were B essel transform ed into real space and back again. The overestim ation of the real scattering form om entum transfers larger than about 0:1


F IG . 13: (a) R adial distribution function (r) plotted versus $r$ for side chain length $N=50$ for good solvent conditions. Param eters of the $t$ functions $g(r)$ (best $t$ to $(r))$ and $g_{s}(r)$ (F ourier transform of best $t$ to $S_{x s}(q)$ ) are quoted in the text. (b) The corresponding cross section structure factor $S_{x s}(q)=S_{w}(q)=S_{b}(q)$ plotted in the representation $q S_{x s}(q)$, vs. q. The two curves correspond to the two curves in part (a).
indicates that there is intensity in the $m$ odes for $q$-values larger than 2 which is aliased into the studied range. H ow ever, looking at the direct transform of the scattering data into real space ( ${ }_{\mathrm{xs}}^{(1)}$ in F igs. 15(a) and 16(a)) one sees that this is not a relevant num erical problem. A ssum ing the whole displayed q-range to be relevant for the determ ination of the radial density pro le leads to the prediction of a highly oscillatory non-positive radial density. Sim ilarly, when we try to $t$ the scattering data beyond a q-value of about $0: 4$ by the assum ed functional form $\mathrm{s} g(\mathrm{r})$ and $\mathrm{h}(\mathrm{r})$ we obtain unphysical radial density pro les. Constraining the $t w i t h$ the functional form of Eq. (14) to the q-range below $0: 4$, how ever, also does not lead to a satisfactorily prediction of the radial density as can be seen in Figs. 15a and 16a. T he assum ed convex shape of the radial density leads to an overesti$m$ ation of the density in the interior of the brush and a com pensating underestim ation in the outer parts.

Sum $m$ arizing this discussion we have to conclude that there is only a sm all range ofm om entum transfers w here
(a)

(b)


FIG. 14: Sam e as Fig. 13 but the $t$ functions are $h(r)$ and $h_{s}(r)$. Furthem ore another $t$ is included which is extended up to the $m$ axim um in part (b) of this gure, $h_{m}(r)$.
the analysis using E q. (11) m ay be w arranted. This range extends at $m$ ost to the position of the $m$ axim um in the $p l o t$ of $q S_{x s}(q) v s$. $q$. In this $q$-range, one should em ploy a concave tting function like the em pirical law given by the function $h(r)$ above and not the convex form $s$ usually assum ed for the inner part of the brushes. The grafting densities typically em ployed in experim ent are not high enough to lead to a radialdensity which resem bles a lled cylinder with a sm eared out interface to the solution when one works at good solvent or -solvent conditions. This assum ption $m$ ay be valid working in poor solvent, a regim e which was not accessible to us using our sim ulation approach. W hen we perform a $t$ to the cross sectional scattering only for $m$ om entum transfers $s m$ aller than the peak position in the plots of $S_{x s}(q)$ vs. $q$, we obtain the function $h_{m}(r)$ included in $F$ ig. 14 . W e can see that this is a good representation of the radial density down to values of about $=0: 01$.

A sa nalresult let us discuss the cross sectionalradius of gyration of the brush de ned by

$$
\begin{equation*}
R_{g c}^{2}=\frac{R_{1}}{R_{1}}(r) r^{2} 2 r d r ~(r) 2 r d r: \tag{17}
\end{equation*}
$$

Table 1 gives the resulting radii of gyration for the different tting functions and procedures em ployed and for


F IG . 15: (a) M onte C arlo data for the radial distribution function ( $r$ ) of the $m$ onom ers plotted versus $r$ for the side chain length $\mathrm{N}=50,=1$ the good solvent case, and backbone length $\mathrm{L}_{\mathrm{b}}=32$. T he full curve labeled ${ }_{\mathrm{xs}}^{(1)}(\mathrm{r})$ show s the result of B essel transform ing (Eq. (12)) the sim ulation data for the scattering function into real space. ${\underset{x s}{ }(r) \text { show } s \text { the }}^{p}(r)$ prediction for ( $r$ ) obtained from tting $S_{x s}(q)$ using Eq. (14) ( t param eters are $R_{c}=1: 0$, and $s=3: 67$ ). (b) The cross sectional scattering $q S_{x s}(q)$ is plotted vs. q. Sym bols are data points, $S_{x s}^{(1)}$ (full line) is the B essel transform of the full curve in part (a) which should ideally coincide w ith the sym bols (see text). $\mathrm{S}_{\mathrm{xs}}^{\mathrm{p}}$ (dashed line) is the best tofEq. (14) to the data.

TABLE I: Results for the cross sectional radius of gyration (see text) for the di erent tting procedures and both solvent conditions.

|  | $\mathrm{h}(\mathrm{r}) \mathrm{h}_{\mathrm{m}}(\mathrm{r}) \mathrm{h}_{\mathrm{s}}(\mathrm{r})$ | $g(r) g_{s}(r)$ | $\mathrm{P}_{\mathrm{xS}}(\mathrm{r})$ |
| :---: | :---: | :---: | :---: |
| $\mathrm{R}_{\mathrm{gc}}$ (good solvent) | $7.837 .49 \quad 7.64$ | 7.947 .79 | 524 |
| $\mathrm{R}_{\mathrm{gc}}$ ( -solvent) | $6.195 .87 \quad 5.98$ | 6.39627 | 4.08 |

the cases of good solvent and -solvent. A ll tting procedures reproduce the shrinking of the brush going from good solvent to -solvent condition. The results using the functional form $s h(r)$ and $g(r)$ agree well w ith each other and also the suggested $t$ analysis of the scattering yielding function $h_{m}(r)$ results in only $4 \%$ deviation from the true value. The ts using Eq. (14), how ever, underestim ate $\mathrm{R}_{\mathrm{gc}}$ by about $33 \%$.
(a)

(b)


FIG. 16: Sam e as Fig. 15 for -solvent conditions. (t param eters are $R_{c}=1: 0$, and $s=2: 88$ )

## V. CONCLUDING REMARKS

In this paper, a com parative $M$ onte $C$ arlo study of bottle-brush polym ers with rigid and relatively long backbone lengths ( $L_{b}=32$ to $L_{b}=256 \mathrm{~m}$ onom eric units) and exible side chains ofm edium length (up to $N=50$ $m$ onom eric units) under good solvent and -solvent conditions was perform ed, using the PERM algorithm. The purpose of this study was to investigate the structure of such $m$ acrom olecules and to test physical assum ptions used in experim entalwork on related system sto extract structural in form ation from scattering data.

O urm ain results can be sum $m$ arized as follow s:
(i) For the chosen side chain lengths, the chosen backbone lengths already are clearly outside of the crossover regim e from bottle-brush to star polym er behavior. C om paring the total scattering function $S_{w}$ (q) of a bottle-brush polym er w ith and w thout pbcsalong the backbone, one does not nd any pronounced e ect due to the di erent conform ations the chains at the end can assum $e$ in the two cases (therefore Fig. 9 only show s the scattering for the free boundary case). In addition, the range along the backbone overwhich the ect of the proxim ity of the free end of the backbone is felt in the side
chain conform ations is a few m onom er diam eters only.
(ii) C orroborating our earlier results [34] we nd scaling concepts in term s of pow er law s, blob pictures etc. not useful to understand our results. W e believe that scaling will becom e usefiul if the chain lengths of the side chains are two orders ofm agnitude larger; how ever, this lim iting case is beyond the reach of either experim ent or sim ulation.
(iii) Correlations between backbone $m$ onom ers and side chain $m$ onom ers do not contribute signi cantly to the scattering, while correlations betw een m onom ers from side chains anchoring at di erent backbone positions do. As a consequence, the standard factorization approxim ation by which the cross-sectionalscattering function $S_{x s}(q)$ is related via Fourier transform to the radial $m$ onom er density pro le ( $r$ ), is invalid for $m$ ost of the $m$ om entum transfer range typically studied. W hile experim ents typically are done for bottle-brush poly$m$ ersw ith exible backbones and we deal here w ith the case of rigid backbones only, there is no reason why approxim ations that are inaccurate in the latter case should becom e accurate in the exible
backbone case, of course. From a detailed analysis of the scattering function and radial density obtained in the sim ulation we identify the regim e where the analysis of the cross sectional scattering $m$ ight be successfully perform ed to lie at $q$-values sm aller than the position of the peak in the curves of plots of $q S_{x s}(q)$ vs. q. H ere one should $t$ the Fourier transform of a concave form of radial density dependence, as given, e.g., by Eq.(16).
(iv) It would be desirable to perform neutron scattering from bottle brushes where only a sm all fraction of side chains is deuterated. In this $w$ ay, a $m$ ore direct inform ation on the local conform ational structure in a bottle-brush could be gained, and more extensive com parison w ith sim ulations should becom e possible. W e also hope that our study will stim ulate further experim ental work on bottle brushes, in particular on the e ect of solvent quality.

A cknow ledgm ents: O ne ofus (H.P.H .) received nancial support from the D eutsche Forschungsgem einschaft (DFG) via Sonderforschungsbereich SFB 625/A 3. We are grateful to $S$. R athgeber and M. Schm idt for many stim ulating discussions.
[1] M . W interm antel, M . Schm idt, Y . T sukahara, K . K a jiwara, and S. K olj̈ya, M acrom ol. R apid C om m.15, 279 (1994).
[2] M. Zhang and A. H.E.M uller, J. Polym . Sci., P art A : Polym. C hem.43, 3461 (2005).
[3] S.R athgeber, T.Pakula, A.W ilk, K .M aty jaszew ski, and K.L.Beers, J. C hem . Phys. 122, 124904 (2005).
[4] S.R athgeber, T.Pakula, A.W ilk, K .M aty jasw ezski, H .I. Lee, and K.L. Beers, P olym er 47, 7318 (2006).
[5] B. Zhang, F. G rohn, J. S. Pedersen, K . F ischer, and M. Schm idt, M acrom olecules 39, 8440 (2006).
[6] L. Feuz, P.Strunz, T. Geue, M. Textor, and O . B orisov, Eur. Phys.J.E 23, 237 (2007).
[7] S. Bolisetty, C . A iraud, Y.X u, A.H.E.M uller, L. H arnau, S. R osenfeldt, P. Lindner, and M. B allau , Phys. Rev.E 75, 040803 (R) (2007).
[8] T. M. B irshtein and E.B. Zhulina, Polym er 25, 1453 (1984).
[9] T.A.W itten and P.A.P incus, M acrom olecules 19, 2509 (1986).
[10] T. M . Birshtein, O.V.B orisov, E. B. Zhulina, A. R . K hokhlov, and T.A. Yurasow a, Polym. Sci. USSR 29, 1293 (1987).
[11] Z.G.W ang and S.A. Safran, J. C hem . Phys. 89, 5323 (1988).
[12] C. Ligoure and L. Leibler, M acrom olecules 23, 5044 (1990).
[13] R.C.Ball, J.F.M arko, S.T.M ilner, and T.A.W itten, M acrom olecules 24, 693 (1991).
[14] M. M urat and G. S. G rest, M acrom olecues 24, 704 (1991).
[15] N.D an and M . T irrell, M acrom olecuels 25, 2890 (1992).
[16] C.M .W ijn ans and E.B. Zhulina, M acrom olecules 26, 7214 (1993).
[17] G . H ,. Fredrickson, M acrom olecules 26, 2825 (1993).
[18] E.B. Zhulina and T.A.V ilgis, M acrom olecules 28, 1008 (1995).
[19] E.M . Sevick, M acrom olecules 29, 6952 (1996).
[20] Y.R ouault and O.V.B orisov, M acrom olecules 29, 2605 (1996).
[21] M . Saariaho, O . Ikkela, I. Szleifer, I. E rukhin ovich, and G.ten Brinke, J. C hem . Phys. 107, 3267 (1997).
[22] M . Saariaho, I. Szleifer, O. Ikkala, and G . ten Brinke, M acrom ol. Theory Simul. 7, 211 (1998).
[23] Y . R ouault, M acrom ol. Theory Sim ul. 7, 359 (1989).
[24] M . Saariaho, A. Subbotin, I. Szleifer, O. Ikkala, and G . ten B rinke, M acrom olecules 32,4439 (1999).
[25] K . Shiokaw a, K. Itoh, and M . Nem oto, J. C hem . Phys. 111, 8165 (1999).
[26] A. Subbotin, M . Saariaho, O. Ikkala, and G . ten B rinke, M acrom olecules 33, 3447 (2000).
[27] P. G. K halatur, D . G . Shirvanyanz, N. Y . Starovoitova, and A.R.K hokhlov, M acrom ol. Theory Sim ul. 9, 141 (2000).
[28] V. V. Vasilevskaya, A. A. K lochkov, R . G . K halatur, A. R . K hokhlov, and G . ten Brinke, M acrom ol. Theory Simul. 10, 389 (2001).
[29] N.A.D enesyuk, Phys. Rev.E 67, 051803 (2003).
[30] S. S. Sheiko, O . V. B orisov, S. A . Prokhorova and M. M oller, Eur. Phys. J. E 13, 125 (2004).
[31] S. E lli, F. G anazzoli, E. G . T im oshenko, Y. A . K uznetsov, and R.C onnolly, J. C hem . Phys. 120, 6257 (2004).
[32] R. C onnolly, G. Bellesia, E. G. Tin oshenko, Y. A.

K uznetsov, S.Elli, and F. G anazzoli, M acrom olecules 38, 5288 (2005).
[33] A. Y ethiraj, J. C hem. P hys. 125, 204901 (2006).
[34] H.P. H su, W . Paul, and K. B inder, M acrom ol. Theory Sim ul. 16, 660 (2007).
[35] H .P. H su, W . P aul, and K . B inder, M acrom ol. Sym p. 252, 58 (2007).
[36] C . Li, N . G unari, K . Fischer, A . Jansho , and M . Schm idt, A ngew. C hem. Int. Ed. 43, 1101 (2004).
[37] N . G unari, M . Schm idt, and A . Jansho , M acrom olecules 39, 2219 (2006).
[38] P. G rassberger, P hys. R ev.E 56, 3682 (1997).
[39] P. G. de Gennes, Scaling C onœepts in Polym er Physics
(C omell U nvienstiy P ress, Ithaca, N ew Y ork, 1979).
[40] K . K rem er and K. B inder, C om puter P hys. R epts. 7, 259 (1988).
[41] A. D . Sokal, in M onte C arlo and M olecular D ynam ics Sim ulations in P olym er Science, edited by K. B inder (O xford U niv. P ress, N ew York 1995) p. 47.
[42] J. S. P edersen and P. Schurtenberger, M acrom olecules 29, 7602 (1996).
[43] T . N eugebauer, A nn. P hys. 434,509 (1943).
[44] W . H . P ress, S . A . Teukolsky, W . T . Vetterling and B . P . F lannery, N um erical Recipes. T he A rt of Scienti c C om puting (C am bridge U niv. P ress, C am bridge, 2007)

